Two-step deposition of Al-doped ZnO on p-GaN to form ohmic contacts

Xi Su, Guozhen Zhang, Xiao Wang, Chao Chen, Hao Wu* and Chang Liu*

Abstract

Al-doped ZnO (AZO) thin films were deposited directly on p-GaN substrates by using a two-step deposition consisting of polymer assisted deposition (PAD) and atomic layer deposition (ALD) methods. Ohmic contacts of the AZO on p-GaN have been formed. The lowest sheet resistance of the two-step prepared AZO films reached to 145 Ω/sq, and the specific contact resistance reduced to 1.47 × 10⁻² Ω·cm². Transmittance of the AZO films remained above 80% in the visible region. The combination of PAD and ALD technique can be used to prepare p-type ohmic contacts for optoelectronics.

Keywords: AZO, PAD, ALD, Ohmic contacts

Background

Nowadays GaN-based compound semiconductors have already achieved substantial progresses and have been comprehensively utilized in high temperature, high power, and high-frequency devices [1, 2], in which ohmic contacts are crucial for good device performance. So far, it is still very difficult to realize ohmic contacts to p-type GaN [3, 4]. Over a long period of time, oxidized Ni/Au [5], Ni/Pd/Au [6] and Pd/Ni [7] etc. are common solutions, although Au contacts are opaque, expensive and unstable at high temperature. Therefore, seeking an alternate that is thermally stable and transparent is imminent. Up till now, transparent conductive oxides (TCO) such as Al-doped ZnO (AZO) and Sn-doped In₂O₃ (ITO) have been widely used as the electrode materials. However, both tin and indium are costly and unfriendly to the environment. In contrast, AZO is promising due to its high-transparency, low-resistance, low-cost and non-toxicity [8–10]. It has been reported that AZO films can be prepared by many methods such as atomic layer deposition [8], sputtering [11], e-beam evaporation [12], pulsed laser deposition [13] and sol-gel [14]. Due to the difference of the electron affinities between AZO (4.7 eV) and p-GaN (7.5 eV) [15], it is difficult to achieve ohmic contacts by directly depositing AZO onto GaN [16], although it was reported that after annealing the deposited AZO films on p-GaN resulted in ohmic behavior [17, 18]. To solve the problem, several kinds of interlayers have been introduced, e.g., NiO [16], Ag nanoparticles [19, 20], p-InGaN [21], Pt layer [22] and InON nanodots [23].

In this work, a two-step method was developed to achieve ohmic contacts between AZO and p-GaN. The first step is to grow AZO thin films as the interlayer by polymer assisted deposition (PAD). AZO films with different metal cation mole ratios of aluminum to zinc (nₐₕ : n₉₉) were directly grown on p-GaN. The influence of different growing temperatures and annealing temperatures on the crystalline quality and the conductivity of the films were extensively studied. The second step is to grow AZO thin films by atomic layer deposition (ALD) on the top of the PAD-grown AZO. The AZO films show a favorable (002) orientation with good crystalline quality, a good ohmic behavior on p-GaN and high transmittance. PAD-AZO layer ensured ohmic contact while ALD-AZO layer decreased the specific contact resistance and the sheet resistance to make it usable.

Methods

PAD is a new chemical-solution deposition method developed in recent years and has been proven to be a practical method to grow metal oxide films with good crystalline quality on large scale of regular and irregular
surfaces with very low cost [24–27]. PAD-AZO films (about 30 nm) were grown directly on p-GaN following the standard procedures of PAD method [24]. The solution of the PAD-AZO films was prepared by blending two separate solutions of Zn and Al bound to polymers. The concentrations of Zn (3.06 × 10^{-4} mol/mL) and Al (7.41 × 10^{-5} mol/mL) in these two solutions were characterized by inductively coupled plasma-atomic emission spectrometer (ICP-AES), and the different volumes of the two solutions were mixed together, forming AZO precursors with different mole ratios of Al to Zn. The mixed solution was spin coated onto substrates at 3000 rpm for 40 s, and then preheated at 60 °C in air for 10 min on a hot plate. The films were then heated at 500, 600, 700 and 800 °C for 2 h in air. ALD method was used as the second step to increase the conductivity. The ALD-AZO films (about 120 nm) were deposited at 150 °C by using Beneq TFS-200, and the details of the ALD process can be found in our previous work [8–10]. The substrates in this experiment were p-GaN (the carrier concentration was about 1.2 × 10^{17} cm^{-3}) and quartz glass. Surface topography was measured by atomic force microscopy (AFM, Bruker Multimode 8). Crystallinity and orientation of these films were measured by x-ray diffraction (XRD, Bede D1). Transmission of the films was measured by ultraviolet-visible spectrophotometer (UV-2550; Shimadzu, Kyoto, Japan). Electrical resistivity was measured by a hall measurement (Model 7707A, Lake Shore, USA) using a van der pauw geometry. In order to acquire more reasonable results, before all electrical tests, indium electrodes were spot welded on AZO surface. The AZO was n-type semiconductor and ohmic contact between AZO and indium electrode was easy to achieve. Figure 2b shows the I-V characteristics of AZO films with different mole ratios of Al to Zn. It can be observed that all samples exhibited linear I-V characteristics, which implied that the contacts of the as-deposited AZO on p-GaN were ohmic. When the growth temperature was 500 °C, the sheet resistance decreased with the increase of the growth temperature, when the growth temperature was about 600 °C, the sheet resistance reached the lowest value (740 Ω/sq), and it increased with the increase of the growth temperature. Basically, the resistivity of the electrode needs to be as low as possible. The Fig. 2c shows the I-V characteristics of AZO films with different mole ratios of Al to Zn. It can be observed that all samples exhibited linear I-V characteristics, which implied that the contacts of the as-deposited AZO on p-GaN were ohmic. Figure 2d shows the resistivity and carrier density of the AZO films versus different mole ratios of Al to Zn. The lowest sheet resistance of the PAD-AZO was about 740 Ω/sq. It revealed that when the mole ratio of Al to Zn was below 9%, the resistance decreased with the increase of the mole ratio of Al to Zn, and when the mole ratio of Al to Zn was over 9%, the resistance then increased with the increase of the mole ratio of Al to Zn. And the variation tendency of the AZO films was similar to Fig. 2c. Obviously, self-compensation occurred at high doping range. It is obviously that the conductivity remains to be improved. It can be known from the equation $R_{\text{sh}} = \rho/t$ (where $\rho$ stands for resistivity and t stands for thickness of the film) that the sheet resistance ($R_{\text{sh}}$) decreases with the increase of the thickness of the film, hence the thickness of the PAD-AZO should be.

**Results and discussion**

Figure 1 shows the x-ray diffraction (XRD) spectra of the AZO films deposited directly on p-GaN substrates by the PAD method. The grown temperatures were set at 500 (Fig. 1a), 600 (Fig. 1b), 700 (Fig. 1c) and 800 °C (Fig. 1d), respectively, and the compositions of all samples were kept the same (n Al:n Zn = 9:100) It can be observed from Fig. 1b that the main peak was indexed to GaN (002), while the shoulder was attributed to AZO (002). The AZO films grow by PAD method show a favorable c-axis orientation. The AZO films grown at 500 °C and 600 °C show good crystallinity, and the full width at half maximum (FWHM) of the (002) rocking curve were 625 and 572 arcsec. Obviously, the growing temperature plays a crucial role for the growth of AZO. At 500 °C, the polymer just burned out and might impact on crystallization. When the temperatures were 700 °C and 800 °C, decomposition of AZO happened and this was the reason of disappearance of the shoulder peak. It can be explained that the good crystalline quality of AZO is attributed to two factors: The first is related to the lattice match between ZnO and GaN, their mismatch is less than 2% according to the following formula: $|a_s - a_e|/a_e$, where $a_s$ stands for the lattice constant of the substrate of GaN, $a_e$ stands for the lattice constant of the epilayer of ZnO. The second is owing to the optimized growth temperature of 600 °C at which the polymer was decomposed and ZnO crystallized along c-axis.

Figure 2a show schematic diagrams of the structures for van der pauw geometry. The AZO films were etched by phosphoric acid for about 2 min (the etching speed was about 100 nm/min) with a 1 cm² mask on them to form the square shape. After etching, four lead wires were connected onto the four square electrodes. Specific contact resistance and current-voltage (I-V) curves were measured by using circular transmission line model (CTLM) method. CTLM patterns were defined on substrate by using a standard photolithographic technique before grown.
Fig. 1 X-ray diffraction spectra of AZO films deposited directly on p-GaN substrate by PAD method in different temperature. a 500 °C; b 600 °C; c 700 °C and d 800 °C. The inner graphs of (a) and (b) show the rocking curve of the 002 diffraction peak of AZO.

Fig. 2 a The sketch graphs demonstrating van der pauw geometry. b The resistivity of AZO films with different growth temperatures (500, 600, 700 and 800 °C). The inner graph of (b) shows the temperature dependence of the resistivity. c Current-voltage characteristics of different mole ratios of Al to Zn. d The resistivity and carrier density vs different mole ratios of Al to Zn.
increased to reduce the resistivity. Due to the characteristics of the PAD method, in order to improve the thickness of AZO films, multiple spin coating and heat treatment were inevitable [28]. However, after several times of heat treatment, it was found that the resistance increased, the sheet resistance reached 7600 \( \Omega \)/sq. when the thickness of PAD-AZO was about 150 nm. The increase of the resistance may be caused by multiple heat treatments, so other solutions need to be found. Our group’s previous work indicated the resistivity of ALD-AZO films can be relatively low [8–10], so ALD method was added in.

Figure 3a shows I-V characteristics of the PAD-AZO, the ALD-AZO and two-step AZO deposited on p-GaN, the inner graph shows 1-V characteristics of the ALD-AZO film that annealed by rapid thermal annealing at 600 °C in N\(_2\) for 60 s. It indicated that the resistance of the ALD-AZO film was much smaller than that of the PAD-AZO film. However, the contact between ALD-AZO and p-GaN was non-ohmic. The ALD-AZO films were annealed by RTA in N\(_2\) (for not only 60 s, data not shown), the contacts between ALD-AZO and p-GaN were still non-ohmic, so the PAD-AZO layer was needed. The resistivity of PAD-AZO (30 nm) and two-step AZO (150 nm) were 2.221 \( \times \) 10\(^{-3}\) \( \Omega \)-cm and 2.175 \( \times \) 10\(^{-3}\) \( \Omega \)-cm. It was difficult for PAD method to grow thick AZO films with low resistance and the thickness of 30 nm may be a little thin for electrodes. So in this case, PAD-AZO was used to form ohmic contact, and ALD-AZO was added to reduce the sheet resistance. While there was a slight improvement in resistivity, the sheet resistance had been greatly reduced to 145 \( \Omega \)/sq. when ALD method was introduced. An important parameter of ohmic contact is related to the specific contact resistance (R\(_c\)). Figure 3b shows the raw data of the specific contact of the PAD-AZO (without ALD-AZO) and two-step deposited AZO (with ALD-AZO) to extract specific contact resistance, the inner graph shows the structure of CTLM, the inner dot radius was 100 um, and the space between the inner and the outer radius was varied from 5 to 30 um. From the data the specific contact resistance can be calculated, the equations are

\[
R_m \approx R_{sh} \frac{\ln((r + s)/r)}{2\pi} + L_T R_{sh} \frac{\ln((2r + s)/r(r + s))}{2\pi} + R_c = R_{sh} \frac{L_T^2}{2},
\]

where R\(_m\) stands for the resistance between two electrodes, r stands for inner radius, L\(_T\) stands for transfer length, in the Fig. 3b, c = (r/s)\(\ln((r + s)/r)\), s stands for the spacing between inner and outer contact. The lowest specific contact resistance of the PAD-AZO films was about 1.08 \( \times \) 10\(^{-1}\) \(\Omega\)-cm\(^2\), and the lowest specific contact resistance of the two-step deposited AZO film was about 1.47 \( \times \) 10\(^{-2}\) \(\Omega\)-cm\(^2\). In our opinion, the reduction of the specific contact resistance was attributed to that the resistivity of ALD-AZO films was lower than that of PAD-AZO films, which may be caused by the dopant of hydrogen atoms [8, 29]. At the same time, the resistance between indium electrode and ALD-AZO was smaller than that between indium electrode and PAD-AZO. The resistance measured by I-V test (contained contact resistance) was larger than that measured by van der pauw geometry, the difference between these two resistances in PAD-AZO (1200 \( \Omega \)) was larger than the difference in ALD-AZO (300 \( \Omega \)).

Figure 4 shows the surface topography of the PAD-AZO films at different growth temperatures (a) 500, (b) 600, (c) 700 and (d) 800 °C, respectively. It can be observed that AZO started to form on the substrate at 500 °C. The AZO grains were uniform and compact when the growth temperature was 600 °C, with an average grain size of about 70 nm. However at 700 °C, some of the grains grew up at the expense of the others. When the growth temperature reached 800 °C, the grains became larger. Considering the effect of growth temperature and the resistivity, 600 °C was chosen as the proper growth temperature. Figure 4e shows the surface topography of the ALD-AZO film directly on p-GaN, and Fig. 4f shows the surface topography of the two-step deposited AZO film. It can be concluded from (e) and (f) that although the grain size changed, the structure was still mosaic. This change may be attributed to the
insertion of the PAD-AZO interlayer to reduce the lattice mismatch.

Figure 5 shows the transmittances of the AZO films with and without ALD-AZO layer. The growth conditions on quartz were kept the same as those on p-GaN. The transmittance spectra for the PAD-AZO films were nearly the same for all samples with the value over 90% in the wavelength range of 400–700 nm, corresponding to the visible light. Although the transmittance reduced to about 80% when the ALD-AZO was deposited on the PAD-AZO films, the transmittances were still much higher than that of the oxidized Ni/Au films (55–70% in the visible range) [30] and nearly the same with the transmittance of ITO films [31].

Conclusions
In this study we have successfully prepared AZO thin films on p-GaN by a combination of PAD and ALD method. The AZO thin films were (002) oriented, and highly transparent (about 80%) in the wavelength range of 400–700 nm. The optimal resistivity was $2.175 \times 10^{-3}$ Ω·cm and the lowest specific contact resistance of the two-step deposited AZO film was about $1.47 \times 10^{-2}$ Ω·cm². Our results show that the two-step method can be used to prepare transparent and conducting AZO electrodes for industrial application.

Fig. 4 a, b, c, d Surface morphologies of PAD-AZO films (1 μm × 1 μm) at different growth temperatures of 500, 600, 700 and 800 °C, respectively. e the surface morphologies of ALD-AZO film that directly on p-GaN. f the surface topography of two-step deposited AZO film

Fig. 5 The transmittances of the PAD-AZO films and the two-step AZO films
Acknowledgments
This work is supported by the NSFC under Grant No. 11574235, the funding of Hubei Province No. 2015CFB8118 and the funding of Jangsu Province No. BK20151250. The authors would like to thank J. Yuan, H. H. Zheng, M. J. Zheng and J. Wu for technical support.

Authors’ contributions
XS carried out the experiments and drafted the manuscript. GZZ, XW, CC participated in the design of the study, measurements and performed the analysis. HW conceived the study and participated in its design. CL supervised the overall study and polished the manuscript. All authors read and approved the final manuscript.

Competing interests
The authors declare that they have no competing interests.

Publisher’s Note
Springer Nature remains neutral with regard to jurisdictional claims in published maps and institutional affiliations.

Received: 1 January 2017 Accepted: 18 July 2017
Published online: 26 July 2017

References
1. Ponce FA, Bour DP (1997) Nitride-based semiconductors for blue and green light-emitting devices. Nature 386:351–359
2. Mishra UK, Parikh P, Wu YF (2002) AlGaN/GaN HEMTs-An Overview of Device Operation and Applications. P IEEE 90(6):1022–1031
3. Greco G, Luciano F, Roccaforte F (2016) Ohmic contacts to Gallium Nitride materials. Appl Surf Sci 383:324–345
4. Tsai M, Bienwagen O, Speck JS (2016) Epitaxial Sb-doped SnO2 and Sn-doped In2O3 transparent conducting oxide contacts on GaN-based light emitting diodes. Thin Solid Films 605:186–192
5. Ho J, Jong C, Chiu CC, Huang C, Chen C, Shih K (1999) Low-resistance ohmic contacts to p-type GaN. Appl Phys Lett 74(9):1275–1277
6. Chu CF, Yu CC, Wang YK, Tsai JY, Lai FL, Wang SC (2000) Low-resistance ohmic contacts on p-type GaN using Ni/Pd/Au metallization. Appl Phys Lett 77(21):3423–3425
7. Jang HW, Kim KH, Kim JK, Hwang S, Yang JJ, Lee KJ, Son S, Lee J (2001) Low-resistance and thermally stable ohmic contact on p-type GaN using Pd/Ni metallization. Appl Phys Lett 79(12):1822–1824
8. Zhang GZ, Wu H, Wang X, Wang T, Liu C (2016) Transparent capacitors with hybrid ZnO/Al and Ag nanowires as electrodes. Nanotechnology 27(10):105204
9. Zhang GZ, Wu H, Chen C, Wang T, Wu W, Yue J, Liu C (2015) Transparent Nanotubular Capacitors Based On Transplanted Anodic Aluminum Oxide Templates. ACS Appl Mater Interfaces 7(9):5522–5527
10. Zhang GZ, Wu H, Chen C, Wang T, Wang PY, Mai LQ, Yue J, Liu C (2014) Transparent capacitors based on nanolaminate Al2O3/Al2O3 with H2O and O2 as oxidizers. Appl Phys Lett 104(16):163503
11. Kim KH, Park KC, Ma DY (1997) Structural, electrical and optical properties of aluminum doped zinc oxide films prepared by radio frequency magnetron sputtering. J Appl Phys 81(12):7764–7772
12. Sahu DR, Lin S, Huang J (2007) Improved properties of Al-doped ZnO film by electron beam evaporation technique. Microelectronic J 38(2):245–250
13. Kim H, Piqué A, Horwitz JS, Murata H, Kafafi ZH, Gilmore CM, Chrisey DB (2000) Effect of aluminum doping on zinc oxide thin films grown by pulsed laser deposition for organic light-emitting devices. Thin Solid Films 377:378–398
14. Kim JS, Tai WP (2007) Electrical and optical properties of Al-doped ZnO thin films by sol–gel process. Appl Surf Sci 253(11):4911–4916
15. Han T, Wang T, Gan XW, Wu H, Shi Y, Liu C (2014) Low Resistance and Transparent Ag/AlOx ohmic contact to p-GaN. J Korean Phys Soc 64(1):462–64
16. Song JO, Kim KK, Park SJ, Seong TY (2003) Highly low resistance and transparent Ni/ZnO ohmic contacts to p-type GaN. Appl Phys Lett 83(3):479–481
17. Tun CJ, Sheu JK, Pong BJ, Lee ML, Hsieh CK, Hu CC, Chi GC (2000) Enhanced Light Output of GaN-Based Power LEDs With Transparent Al-doped ZnO Current Spreading Layer. IEEE Photonic Tech Let 18(12):274–276
18. Chen PH, Chen YA, Chang LC, Lai WC, Kuo CH (2015) Low operation voltage of GaN-based LEDs with Al-doped ZnO upper contact directly on p-type GaN without insert layer. Solid State Electron 109:29–32
19. Song JO, Seong TY (2004) Highly transparent Ag / SnO2 ohmic contact to p-type GaN for ultraviolet light-emitting diodes. Appl Phys Lett 85(26):6374
20. Song JO, Kwak JS, Park YJ, Seong TY (2005) Ohmic and degradation mechanisms of Agcontacts on p-type GaN. Appl Phys Lett 86(6):62104
21. Jang JS, Seong TY (2007) Low-resistance and thermally stable indium tin oxide Ohmic contacts on strained p-GaAs/InxGa1-xAs layer. J Appl Phys 101(1):013711
22. Yang WF, Liu ZG, Xie YN, Cai JF, Liu S, Gong H, Wu ZY (2012) Improvement of GaN light-emitting diodes with surface-treated Al-doped ZnO transparent Ohmic contacts by holographic photonic crystal. Appl Phys A-Mater 107(4):809–812
23. Ke WC, Lee FW, Yang CY, Chen KW, Huang HP (2015) Trap-assisted tunneling in aluminum-doped ZnO/indium oxynitride nanodot interlayer Ohmic contacts on p-GaN. J Appl Phys 118(15):155303
24. Ja QX, McCleskey TM, Burrell AK, Lin Y, Collis GE, Wang H, Li AD, Foltyn SR (2004) Polymer-assisted deposition of metal-oxide films. Nat Mater 3(8):529–532
25. Luo H, Lin Y, Wang H, Chou C, Suworova NA, Hawley ME, Mueller AH, Ronning F, Bauer E, Burrell AK, McCleskey TM, Jia QX (2014) Epitaxial GaN Thin Films Prepared by Polymer-Assisted Deposition. J Phys Chem C 118(51):20535–20538
26. Vila-Fangueirín JM, Rivas-Murias B, Rodríguez-González B, Rivadulla F (2014) Interface Magnetic Coupling in Epitaxial Bilayers of La0.65MnOx/LaCoO3 Prepared by Polymer-Assisted Deposition. Chem Mater 26(3):1480–1484
27. Zhai FF, Yi QH, Jian J, Wang HY, Song PT, Dong C, Lu X, Sun YH, Zhao J, Dai X, Lou YH, Yang H, Zou GF (2014) Transparent-p-type epitaxial thin films of nickel oxide. Chem Commun 50(15):1854–1856
28. Liang W, Ji Y, Nan T, Huang J, Bi Z, Zeng H, Du H, Chen C, Jia QX, Lin Y (2012) Growth Dynamics of Barium Titanate Thin Films on Polycrystalline Ni Foils Using Polymer-Assisted Deposition Technique. ACS Appl Mater Interfaces 4(4):2199–2203
29. Panigrahi J, Vandana SR, Raether CMS, Singh PK (2017) Crystalline silicon surface passivation by thermal ALD deposited Al doped ZnO thin films. AIP Adv 7(3):035219
30. Tun CJ, Sheu JK, Lee ML, Hu CC, Hsieh CK, Chi GC (2006) Effects of Thermal Annealing on Al-Doped ZnO Films Deposited on p-Type Gallium Nitride. J Electrochem Soc 153(4):G296–G298
31. Margalith T, Buchinsky O, Cohen DA, Abare AC, Hansen M, DenBaars SP, Coldren LA (1999) Indium tin oxide contacts to gallium nitride optoelectronic devices. Appl Phys Lett 74(26):3930–3932